Investigation of Thermal Conductivity of Wood Sandwich Panels with Aluminium and Polypropylene Core [*]

Mustafa ASLAN1  Hasan ÖZTÜRK2  Cenk DEMİRKIR3

1Karadeniz Technical University, Department of Metallurgical and Materials Engineering, 61080 Trabzon, Turkey.
2Karadeniz Technical University, Arsin Vocational School, Materials and Material Processing Technologies, 61900 Trabzon, Turkey.
3Karadeniz Technical University, Department of Forest Industry Engineering, 61080 Trabzon, Turkey.
https://orcid.org/0000-0003-2299-8417, https://orcid.org/0000-0002-5422-7556, https://orcid.org/0000-0003-2503-8470

Received date: 31.10.2019  Accepted date: 06.12.2019

Abstract: Sandwich panels are obtained by placing thick but rather light core material between two thin and rigid lower and upper surface layers. Sandwich panels, especially due to their light weight, high "strength / weight" ratio and durability compared to conventional materials have many use areas such as aviation and space industry, maritime, automotive and building industry. It is one of the biggest advantages that sandwich materials can be obtained from different materials and geometric structures by choosing the lower and upper surface layers and the core for various applications. The aim of this study is to investigate the thermal conductivity values of the sandwich panels, which are manufactured with different types of surface and core materials in sandwich panels. An aluminium and polypropylene as a core materials and alder, birch and scots pine wood veneers were used as wood species for surface panels for manufacturing of sandwich panels. A polyurethane modified epoxy- adhesive was used for binding of core layer to both surface layers. Thermal conductivity of sandwich panels was determined according to ASTM C 518 & ISO 8301. As a result of the study, the highest thermal conductivity values were obtained from aluminium core sandwich panels. The highest values were obtained from alder for the aluminium core panels and scots pine for the polypropylene core panels as wood species.

Keywords: Aluminium, core, polypropylene, sandwich panel, thermal conductivity.

Alüminyum ve Polipropilen Çekirdekli Sandviç Panellerin İslı İletkenliklerinin Araştırılması

Öz: Sandviç paneller, iki ince ve sert alt ve üst yüzey tabakasının arasına kalın fakat hafif çekirdek malzeme yerleştirilerek elde edilir. Sandviç paneller, özellikle hafiflikleri, yüksek "çekirdek kuvvet / ağırlık" oranları ve geleneksel malzemelerde göre dayanıklılıkları nedeniyle havacılık ve uzay endüstrisi, denizcilik, otomotiv ve inşaat endüstrisi gibi birçok kullanım alanı sahiptir. Alüminyum ve polipropilen çekirdekli sandviç panellerin ısıl illetkenliklerini araştırarak çekirdeği malzeme olarak, alüminyum ve polipropilen; kılzilağa, huş ve sarıçam kaplamaları, sandviç panellerin üretimindeki yüzey panelleri olarak kullanılmıştır. Çalışma sonucunda, en yüksek ısıl illetkenlik değerleri, alüminyum ve polipropilen çekirdekli sandviç panellerden elde edilmiştir. Alüminyum ve polipropilen çekirdekli sandviç panelinde ıslı illetkenliklerin araştırılması.

Anahtar sözcükler: Alüminyum, çekirdek, polipropilen, sandviç panel.
INTRODUCTION

Sandwich panels are used for variety of structural applications, including building construction, transportation, decking, marine and aerospace because of their high energy absorption ability, high bending stiffness and light weight (Li et al., 2014; Aslan et al., 2017). They are favoured for their high specific strength and stiffness, corrosion resistance, tailor ability, and stability. Sandwich panels are very suitable for lightweight structures requiring high in-plane and flexural stiffness (Gustin et al., 2005). Additionally, they are usually based on two thin face sheets with high stiffness and strength, and a compliant and light-weight core that maintains the distance between the faces and sustains deformation, often with insulation properties. By varying the material and thickness of core and face sheets, it is possible to obtain sandwich panels with different properties and performance (Steeves and Fleck, 2004). The properties of interest for core materials include, among others, low density and good thermal and acoustic insulation characteristics. Commonly used core materials are honeycombs, foams and balsa wood, but other alternatives of cellular core structures are being proposed (Lakreb et al., 2015).

Most of the sandwich panels are made of honeycomb and foam cores with surface materials (Pan et al., 2008; Vaziri et al., 2006; Qin & Wang, 2013). Especially, the sandwich panel composites that have open cells provide the multifunctional benefits to composite such as the high stiffness strength and high specific strength (Xiong et al., 2010; Joo et al., 2011; Xiong et al., 2016). Honeycomb sandwich structure consist of a thick layer (core) intercalated between two thin-stiff surface layers (skin). Honeycomb sandwich core is cellular solid that used void to decrease mass, while maintain qualities of stiffness and energy absorption. Honeycomb sandwich composite are widely used to replace traditional material in highly loaded application such as automotive and aviation industry (Newstead et al., 2008; Forsberg et al., 2006; Aslan et al., 2017).

With the increasing adversity of climate changes from global warming, discussions within the international community for establishing an appropriate response policy have become more urgent (Seo et al., 2011). In facing the global warming trend, there is a dire need for more effective measures to sustain comfortable temperatures in living environments. To sustain an indoor temperature that is independent of outdoor temperature fluctuations, materials need to be developed that have superior thermal insulation abilities (Kawasaki & Kawai, 2006). Thermal conductivity is a very important parameter in determining heat transfer rate and is required for development of thermal insulation of materials (Sahin Kol & Altun, 2009). Several studies about thermal conductivity of composite materials showed that thermal conductivity was influenced thickness of composite materials, density, moisture content, temperature, material space ratio and flow direction of heat (Suleiman et al., 1999; Bader et al., 2007; Sondergeger & Niemz, 2009; Aydin et al., 2015).

The aim of this study is to investigate the thermal conductivity values of the sandwich panels, which are manufactured with different types of surface and core materials in sandwich panels. An aluminium and polypropylene as a core materials and alder, birch and scots pine wood veneers were used as wood species for surface panels for manufacturing of sandwich panels.

MATERIAL and METHODS

In this study, aluminium and polypropylene (PP) as honeycomb core materials and alder, birch and scots pine veneers as face sheet materials were prepared in 30 × 30 dimensions for the manufacture of sandwich panels. The polyurethane modified epoxy- adhesive was used for binding of core layer to both surface layers. The hardener was added in the adhesive at 20%. Figure 1 shows a sandwich panel production.

![Sandwich panel production](image-url)
Depending on the adhesive and surface materials used in this method, the sandwich composite panels were pressed at 80°C, under pressure of 10 kg/cm² and for 15 minutes and then are waited 24 hours in the press without temperature and pressure.

The thermal conductivity of the sandwich panels was determined according to ASTM C 518 & ISO 8301 (2004). Sample size required is 300x300xpanel thickness mm. Two specimens were used for each group. The tests were made at laboratory of Forest Industry Engineering in KTU. The Lasercomp Fox-314 Heat Flow Meter shown in Figure 2 was used for the determination of thermal conductivity.

**RESULTS and DISCUSSION**

The thermal conductivity values of the sandwich panels compared to other building materials (sand, gravel, cement, glass, concrete) are given in Figure 3 according to wood species and core materials.

As can be seen that Figure 3, the highest values were obtained from alder for the aluminium core panels and scots pine for the polypropylene core panels as wood species. The highest thermal conductivity values were obtained from aluminum core sandwich panels. The thermal conductivity values of all sandwich panels were lower than the thermal conductivity values of other building materials. Thermal conductivity of wood based materials is vary according to wood species, direction of wood fiber, resin type, additive members, impregnate materials and processes used in the manufacturing of wood based composite panels (Kamke et al.,1989; Sahin Kol et al.,2010; Kol et al., 2010; Demirkir et al., 2013). Also, several studies about thermal conductivity of composite materials showed that thermal conductivity was influenced thickness of composite materials, density, moisture content, temperature, material space ratio and flow direction of heat (Suleiman et al., 1999; Bader et al., 2007; Sonderegger & Niemz, 2009; Aydin et al., 2015).

**CONCLUSIONS**

The aim of this study is to investigate the thermal conductivity values of the sandwich panels, which are manufactured with different types of surface and core materials in sandwich panels. The thermal conductivity values of all sandwich panels were lower than the thermal conductivity values of other building materials. The thermal conductivity values of alder and scots pine sandwich panels were higher than those of birch sandwich panels as similar as density values. This study showed that sandwich panels produced from aluminium and polypropylene as core materials and alder, birch and scots pine wood veneers can be used as an alternative insulation material.

**REFERENCES**

Aslan, M., Guler, O., Cava, K., Alver, U. & Yuceloglu, E. (2017). An investigation on the mechanical properties of the sandwich panel composites. 2nd International Defense Industry Symposium Science Board, 6-8 April 2017, Kirikkale, Turkey, 602-610.

ASTM C 518. (2004). Methods of measuring thermal conductivity, absolute and reference method. ASTM International: West Conshohocken, USA.

Aydin, I., Demir, A. & Öztürk, H. (2015). Effect of veneer drying temperature on thermal conductivity of veneer sheets. Pro Ligno, 11(4), 351-354.

Bader, H., Niemz, P. & Sonderegger, W. (2007). Untersuchungen zum Einfluss des Plattenaufbaus auf ausgewählte Eigenschaften von massivholzplatten. Holz als Roh- und Werkstoff, 65(3), 173-81.

Demirkır, C., Colak, S. & Aydin, I. (2013). Some technological properties of wood-styrofoam composite panels. Composites: Part B, 55, 513-517.

Forsberg, J. & Nilsson, L. (2006). Evaluation of response surface methodologies used in crashworthiness.
optimization. *International Journal of Impact Engineering, 32*(5), 759-777.

Gustin, J., Joneson, A., Mahinfalah, M. & Stone, J. (2005). Low velocity impact of combination Kevlar/carbon fiber sandwich composites. *Composite Structures, 69*, 396-406.

Joo, J.H., Kang, K.J., Kim, T. & Lu, T.J. (2011). Forced convective heat transfer in all metallic wire-woven bulk Kagome sandwich panels. *International Journal of Heat Mass Transfer, 54*, 5658-5662.

Kamke, A.F. & Zylkowoski, S.C. (1989). Effects of wood-based panel characteristics on thermal conductivity. *Forest Products Journal, 39*(5), 19-34.

Kawasaki, T. & Kawai, S. (2006). Thermal insulation properties of wood-based sandwich panel for use as structural insulated walls and floors. *Journal of Wood Science, 52*, 75-83.

Kol, H.S., Uysal, B. & Kurt, S. (2010). Thermal conductivity of oak impregnated with some chemicals and finished. *BioResources, 5*(2), 545-55.

Lakreb, N., Bezzazi, B. & Pereira, H. (2015). Mechanical behavior of multilayered sandwich panels of wood veneer and a core of cork agglomerates. *Materials and Design, 65*, 627-636.

Li, J., Hunt, J.F., Gong, S. & Cai, Z. (2014). High strength wood-based sandwich panels reinforced with fiberglass and foam. *Bioresources. 9*(2), 1898-1913.

Pan, S., Wu, L.Z., Sun, Y.G. & Zhourg, Z.G. (2008). Fracture test for double cantilever beam of honeycomb sandwich panels. *Materials Letters, 62*, 523-526.

Qin, Q., H. & Wang, T.J. (2013). Low-velocity impact response of fully clamped metal foam core sandwich beam incorporating local denting effect. *Composite Structures, 96*, 346-356.

Sahin Kol, H. & Altun, S. (2009). Effect of some chemicals on thermal conductivity of impregnated laminated veneer lumbers bonded with poly(vinyl acetate) and melamine-formaldehyde adhesives. *Drying Technology, 27*, 1010-1016.

Seo, J., Jeon, J., Lee, J.H. & Kim, S. (2011). Thermal performance analysis according to wood flooring structure for energy conservation in radiant floor heating systems. *Energy and Buildings, 43*, 2039-2042.

Sonderegger, W. & Nienz, P. (2009). Thermal conductivity and water vapor transmission properties of wood based materials. *European Journal of Wood and Wood Products, 67*, 313-21.

Steeves, C.A. & Fleck, N.A. (2004). Material selection in sandwich beam construction. *Scripta Materialia, 50*, 1335-1339.

Suleiman, B.M., Larfeldt, J., Leckner, B. & Gustavsson, M. (1999). Thermal conductivity and diffusivity of wood. *Wood Science and Technology, 33*(6):465-73.

Vaziri, A., Xue, Z. & Hutchinson, J., W. (2006). Metal sandwich plates with polymeric foam-filled cores. *Journal of Mechanics of Materials and Structures, 1*(1), 95-128.

Watson, N.L. & Cameron, M. (2008). Vehicle safety ratings estimated from police reported crash data: 2008 update. Monash University Accident Research Center Report, Melbourne, 280.

Xiong, J., Ma, L., Wu, L., Wang, B. & Vaziri, A. (2010). Fabrication and crushing behavior of low density carbon fiber composite pyramidal truss structures. *Composite Structures, 92*, 2695-2702.

Xiong, J., Vaziri, A., Ghosh, R., Hu, H., Ma, L. & Wu, L. (2016). Compression behavior and energy absorption of carbon fiber reinforced composite sandwich panels made of three-dimensional honeycomb grid cores. *Extreme Machines Letters, 7*, 114-120.

*Corresponding author’s:
Cenk DEMIRKIR
Karadeniz Technical University, Department of Forest Industry Engineering, 61080 Trabzon, Turkey.
E-mail : cenk@ktu.edu.tr
ORCID : https://orcid.org/0000-0003-2503-8470
Phone : +90 (462) 377 15 19
Fax : +90 (462) 325 74 99